Research article  
https://doi.org/10.17308/kcmf.2021.23/3434

**Features of the discharge of zinc in the background solution of sodium sulphate under stirring conditions**

A. V. Kolesnikov*, E. I. Ageenko

*Chelyabinsk State University,  
129 ul. Bratyev Kashirinykh, Chelyabinsk 454001, Russian Federation

**Abstract**

The production technology of hydrometallurgical zinc uses various surfactants to thicken pulps, stabilise the electrolysis process, and obtain high-quality cathode deposits. Numerous researches were conducted to study the cathodic and anodic processes in a wide range of the composition of aqueous solutions using various solid electrodes in the absence of intense stirring of the electrolyte and with a high contribution of the migration component of the discharge of metals. This approach to the study of the surfactants’ influence rarely provided a high degree of statistical reliability in observing the effect of differently charged surfactants on electrode processes, which is of great importance in the hydrometallurgical production of zinc. In this work, the task was to practically eliminate the contribution of the migration component due to the following factors: conducting electrolysis in a background solution of sodium sulphate, organising electrolyte stirring, performing calculations of current densities at the beginning of electrolysis, and establishing polarisation curves at an increased potential sweep rate from 20 to 100 mV/s. This approach provided a greater degree of statistical reliability in presenting the mechanism of the effect of additions of cationic and anionic surfactants during the stage of zinc discharge on a solid electrode, which was the purpose of the article.

Electrolysis was conducted in the potential range from -1050 to -1250 mV relative to the silver chloride electrode (AgCl/Ag) in the presence of a background sodium sulphate solution (0.5 M of Na₂SO₄ solution) containing 0.005, 0.0125, and 0.025 M ZnSO₄ with the introduction of high-molecular surfactants: cationic and anionic coagulants (flocculants) and foaming agents (lignosulphonate – LSTP).

During the electrolysis in a background solution of sodium sulphate with stirring, it was found that the process of discharge of zinc ions on a solid electrode occurs in a mixed-kinetic mode. It was shown that positively charged additives, such as lignosulphonate and cationic coagulant (flocculant) Besfloc K6645, have a negative effect on the dynamics of zinc cation discharge, while negatively charged Besfloc K4034 has practically no effect. The approach proposed in this work allows evaluating the influence of additions of cationic and anionic surfactants on the stage of zinc discharge on a solid electrode, which was the practical and scientific value of this work.

**Keywords:** Zinc, Current density, Potential, Polarisation, Coagulant, Lignosulphonate, Sodium sulphate, Electrode

For citation: Kolesnikov A. V., Ageenko E. I. Features of the discharge of zinc in the background solution of sodium sulphate under stirring conditions. Kondensirovannye sredy i mezhfaznye granitsy = Condensed Matter and Interphases. 2021;23(2): 229–235. https://doi.org/10.17308/kcmf.2021.23/3434

Для цитирования: Колесников А. В., Агеенко Е. И. Особенности разряда цинка в фоновом растворе сульфата натрия в условиях перемешивания. Конденсированные среды и межфазные границы. 2021;23(2): 229–235. https://doi.org/10.17308/kcmf.2021.23/3434

* Alexander V. Kolesnikov, e-mail: avkzinc@csu.ru  
© Kolesnikov A.V., Ageenko E. I., 2021

The content is available under Creative Commons Attribution 4.0 License.
1. Introduction

As we know, different surfactants present in hydrometallurgical production solutions influence the process of the cathodic reduction of zinc [1–9]. Among surfactants are foaming agents used for zinc electrolysis and coagulants (flocculants) which are added to solutions to increase the settling rate of pulps and separate the solution from the insoluble mass (zinc cake) under the leaching of heat treatment products.

Numerous researches were conducted to study the cathodic and anodic processes in a wide range of the composition of aqueous solutions using various electrodes [10–17] in the absence of intense stirring of the electrolyte and with a high contribution of the migration component of the discharge of metals. This approach to the study of the influence of surfactants rarely provided a high degree of statistical reliability in observing the effect of differently charged surfactants on electrode processes, which is of great importance in the hydrometallurgical production of zinc. To eliminate the possibility of migration transport, a background electrolyte was introduced in the studied solution with a concentration exceeding the depolariser concentration by at least one hundred times [18, 19, 21]. The elimination of migration transport from the process of electrolysis allows increasing the contribution of the charge transfer stage into the dynamics of the reduction of cations through the “metal – electrolyte” interphase.

In this work, the task was to increase the contribution of the electrochemical stage into the dynamics of zinc discharge due to the following factors:

– Conducting electrolysis in a background solution of sodium sulphate.
– Organising electrolyte stirring (the Reynolds number Re was 1500).
– Performing calculations of current densities at the beginning of electrolysis.
– Establishing polarisation curves at an increased potential sweep rate.

This approach provided a greater degree of statistical reliability in evaluating the effect of additions of cationic and anionic surfactants during the stage of zinc discharge on a solid electrode, which was the purpose and the novelty of this study.

2. Experimental

Electrochemical studies were conducted in a sulphate electrolyte containing 0.005, 0.0125, and 0.025 M ZnSO\(_4\) in the background 0.5 M solution of Na\(_2\)SO\(_4\) with the introduction of high-molecular surfactants: 50 mg/l of cationic and anionic coagulants (flocculants) with the trade names Besfloc K6645 and Besfloc K4034, as well as 80 mg/l of a foaming agent (lignosulphonate – LSTP). Potentiostatic and galvanostatic measurements and establishing polarisation curves in the dynamic mode were conducted on a PotentiostatP-30Jcom (Elins) using a three-electrode cell [1]. The working electrode (cathode) was made of copper with an area of 0.1 cm\(^2\), the auxiliary electrode (anode) was made of a platinum plate with an area of 0.2 cm\(^2\), and the reference electrode was silver chloride (AgCl/Ag). The working copper electrode was polished, degreased in ethanol, and washed with distilled water. The auxiliary electrode was etched in a nitric acid solution (1 : 2 = acid : water) for 5 seconds and washed with distilled water. The measurements were performed at room temperature with and without stirring. At first, before establishing the experimental curves, zinc was increased on a copper cathode with a constant potential of –1200 mV (AgCl/Ag) for 5 min using an electrolyte with a composition of 0.25 M ZnSO\(_4\). The results of potentiostatic measurements are presented in the form of average data obtained over the initial period of 1 s of electrolysis while the results of galvanostatic measurements are presented in the form of average data obtained over the initial period of 5 s of electrolysis. The polarisation curves were obtained using a potentiodynamic method with linear potential sweep in the potential range –1050 ÷ –1250. Maximum current density was registered on polarisation curves in the potential range from –1200 to –1250 mV.

Confidence intervals were calculated for the experimental data on the figures. With the value \(p = 0.05\), the intervals changed in the range from 0.015 to 1.14 mA/cm\(^2\) (for current densities) and from 6.82 to 8.77 mV (for polarisation) and amounted to 0.11 lg \(I\), \(\mu\)A when plotting the logarithmic dependence of the current value on the concentration of zinc in an electrolyte.
3. Results and discussion

In this work, the following studies were conducted with and without stirring in a background solution of sodium sulphate: the dependences of the current density on time were obtained during the potentiostatic measurements with various cathodic potentials: –1100, –1150, –1200, –1250 mV (AgCl/Ag) (Fig. 1 a,b) and additions of the LSTP foaming agent (Fig. 2 a,b). The dependences of the current density on the concentration of zinc in an electrolyte were obtained in the potentiodynamic mode with the linear potential sweep of 20 and 100 mV/s (Fig. 3) and on the square root of the linear potential sweep of rate (Fig. 4).

During electrolysis in the presence of a background sodium sulphate solution, zinc deposited on an electrode darkens with cathodic potentials of more than –1150 mV in magnitude. It is related to the oxidation of reduced zinc and possible side reaction of the reduction of sulphate ions on a cathode, as noted in [20, 22].

Fig. 1. Dependence of current density ($i$) on the cathode potential ($E$): 1 – with stirring; 2 – without stirring. The content of sodium sulphate 0.5 M and zinc sulphate in the electrolyte: a – 0.005 M; b – 0.025 M. The confidence interval at significance levels ($p = 0.05$) was 0.30 mA/cm² (a) and 1.14 mA/cm² (b).

Fig. 2. Dependence of current density ($i$) on the cathode potential ($E$) under conditions without stirring (a) and with stirring (b). The content of sodium sulphate in the electrolyte is 0.5 M and the content of zinc sulphate is 0.005 M: 1 – without the addition; 2 – with the addition of 50 mg/l of LSTP. The confidence interval ($p = 0.05$) was 0.015 mA/cm² (2a) and 0.125 mA/cm² (b).
and justified by the conducted thermodynamic calculations and the obtained experimental data.

If we compare the polarisation curves (Fig. 1 a,b), a considerable increase in current densities (by ten times and more) can be observed under stirring with all potentials. Without stirring, the polarisation curves have linear dependence, while with stirring, the dependence of the current density change on the potential can be identified as a quadratic dependence. The obtained experimental data allow making an assumption about the increased contribution of the electrochemical stage into the overall rate of the zinc discharge process under stirring. Similar data were obtained when establishing polarisation curves using a potentiodynamic method with linear potential sweep in the potential range of \(-1050 \text{ to } -1250 \text{ mV}\) (Fig. 4). When building the dependences of the current values on the square root of the linear potential sweep in the potential range from \(-1050 \text{ to } -1250 \text{ mV}\) at a speed of 100 mV/s (1 – with stirring; 3 – without stirring) and with a sweep rate of 20 mV/s (2 – with stirring; 4 – without stirring). The confidence interval \((p = 0.05)\) was 0.85 mA/cm\(^2\) without stirring; \(20 \text{ mV/s}\) (\(3 \text{ – with stirring)}\).

Also, we assume that the addition of 50 mg/l of LSTP should not greatly influence the transport stage of zinc discharge process.

To study the mechanism of zinc electrolysis in a background solution of sodium sulphate under intense stirring, the reaction order was calculated by zinc ion with four potentials. The data of the discharge current values determined using the potentiostatic method [24] during the first second of the beginning of the process were used for the calculations. The calculations which were performed using the equation of the logarithmic dependence of the current values on the concentration of zinc in a solution are presented below:

\[
I = K \cdot (C_{z^{2n+}})^z
\]

\[
\lg I = \lg K + z \lg C_{z^{2n+}}
\]

where \(I\) is discharge current, \(\mu A\), \(z\) is the reaction order for zinc ion, and \(K\) is a constant. The results are presented in Figs. 5 and 6.
Figs. 5 and 6 show that all dependences with high correlation coefficients ($R^2 = 0.98–0.99$ and higher) are described by straight lines. With the addition of the foaming agent, the reaction order for zinc for the studied system increases on average with 4 potentials from $1.224\pm0.059$ (without the addition) to $1.475\pm0.126$. We believe that the increase of the reaction order over one in the concentration of zinc in an electrolyte in the system with stirring is related to the transition of the process from the diffusion to the mixed mode.

As the data obtained in galvanostatic mode showed, polarisation of the electrode in the presence and in the absence of the additives decreases under intense stirring. For example, with the current density of $1.7\ mA/cm^2$ (Fig. 7a,b) polarisation decreases by $1.6$ times with the addition of a cationic coagulant and almost by $3$ times in the presence of the anionic coagulant without the addition. The obtained data showed a change in the mechanism of zinc electrolysis under stirring conditions, when the mass transfer...
process greatly accelerated and the contribution to the dynamics of the process of charge transfer stage through the “metal – electrolyte” interphase, the so-called electrochemical stage, started increasing. It was confirmed by the experimental data on the influence of cationic and anionic surfactants on the process of zinc discharge. In our opinion, if the process of zinc discharge was limited only by the transport stage (concentration polarisation), the unequal influence of differently charged coagulants on the cathodic process would be unlikely.

Therefore, the obtained experimental data under intense stirring in the presence of a background sodium sulphate solution, a foaming agent, and cationic and anionic coagulants (flocculants) correspond to the theoretical concepts of electrochemical processes [25–26].

4. Conclusions

The data obtained in this work, including quadratic dependence of current density of zinc discharge on the value of the cathode potential, the fact that the straight lines of dependence of current density of zinc discharge on the square root of the linear potential sweep of rate do not pass through the origin of coordinates, change in the reaction order for zinc electrolysis in the presence of surfactants, and an increase in the influence interval of differently charged surfactants on electrode processes, allow determining that the process of discharge of zinc ions in a background solution on a solid electrode occurs in a mixed-kinetic mode, where it is difficult to identify a significant contribution to the dynamics of the process of the stage of mass-transfer of ions or the charge transfer stage through the “metal – electrolyte” interphase.

Thus, the approach suggested in this work provided a greater degree of statistical reliability in evaluating the effect of additions of cationic and anionic surfactants on the stage of zinc discharge, which is of great importance for hydrometallurgical technologies and outlines further lines of research in this field.

Contribution of the authors

A. V. Kolesnikov – academic advisor, setting tasks, research concept, methodology, conclusions. E. I. Ageenko – conducting experimental work, participating in the analysis of the obtained data, text editing.

Conflict of interests

The authors declare that they have no known competing financial interests or personal relationships that could have influenced the work reported in this paper.

References

1. Kolesnikov A. V., Kozlov P. A. Electrolysis of zinc in sulfate solutions. Tsvetnye Metally. 2018;(8): 45–49. https://doi.org/10.17580/tsm.2018.08.05 (In Russ., abstract in Eng.)
2. Ivanov I., Stefanov Y. Electroextraction of zinc from sulphate electrolytes containing antimony ions and hydroxyethylated-butyne-2-diol-1,4: Part 3. The influence of manganese ions and a divided cell. Hydrometallurgy. 2002;64(3): 181–186. https://doi.org/10.1016/s0304-386x(02)00039-7
3. Stefanov Y., Ivanov I. The influence of nickel ions and triethylbenzylammonium chloride on the electrowinning of zinc from sulphate electrolytes containing manganese ions. Hydrometallurgy. 2002;64(3): 193–203. https://doi.org/10.1016/s0304-386x(02)00037-3
4. Kolesnikov A. V. Investigations of the influence of di-2-ethyl-hexyl phosphoric acid on the parameters of electrolysis of zinc from acidic solutions. Butlerov Communications. 2018;55(8): 127–133. Available at: https://www.elibrary.ru/item.asp?id=35659982 (In Russ., abstract in Eng.)
5. Kolesnikov A. V., Kozlov P. A., Fominykh I. M. Investigations of the influence of white spirit on the parameters of electrolysis of zinc from acidic solutions. Butlerov Communications. 2018;55(8): 120–126. Available at: https://www.elibrary.ru/item.asp?id=35659981 (In Russ., abstract in Eng.)
6. Karavasteva M. The effect of some surfactants on the dissolution of zinc in sulfuric acid solutions containing ions of metallic impurities. Canadian Metallurgical Quarterly. 2004;43(4): 461–468. https://doi.org/10.1179/cmq.2004.43.4.461
7. Kolesnikov A. V. The electroreduction are investigated zinc from the background solution of sodium sulphate in the presence of cationic and anionic flocculants. Butlerov Communications. 2017;49(2): 130–136. Available at: https://www.elibrary.ru/item.asp?id=29197189 (In Russ., abstract in Eng.)
8. Ivanov I. Increasing the current efficiency during zinc electroextraction in the presence of metal impurities by adding organic inhibitors. Hydrometallurgy. 2004;72(1–2): 73–78. https://doi.org/10.1016/S0304-386X(03)00129-4
9. Tripathy B. C., Das S. C., Misra V. N. Effect of antimony(III) on the electrocrystallisation of zinc from sulphate solutions containing SLS. 2003;69(1-3): 81–88. https://doi.org/10.1016/S0304-386X(02)00204-9

10. Kolesnikov A. V. Copper recovery of zinc metal in aqueous solutions in the presence of high surfactant. 

Condensirovannye sredy i mezhfaznye granitsy = Condensed Matter and Interphases. 2016;18(1):46–55. Available at: https://journals.vsu.ru/kcmf/article/view/936/1018 (In Russ.)

11. Krstajic N. V., Grgrur B. N., Mladenovic N. S., Vojnovic M. V., Jaksic M. M. Determination of the kinetic parameters of hydrogen evolution. Electrochimica Acta. 1997;42(2): 323–330. https://doi.org/10.1016/0013-4686(96)00188-0

12. Tseluykin V. N., Koreshkova A. A., Invalid O. G., Tseluykina G. V., Solovieva N. V. Electrodeposition and properties of zinc composite coatings modified by carbon nanotubes. Kondensirovannye sredy i mezhfaznye granitsy = Condensed Matter and Interphases. 2013;15(4): 466–469. Available at: https://journals.vsu.ru/kcmf/article/view/936/1018 (In Russ.)

13. Saponova L. V., Sotskaya N. V., Dolgikh O. V. Kinetics of electrodeposition of nickel from complex electrolytes containing amino acids. Kondensirovannye sredy i mezhfaznye granitsy = Condensed Matter and Interphases. 2015;13(4):446–452. Available at: https://journals.vsu.ru/kcmf/article/view/936/1018 (In Russ.)

14. Kolesnikov A. V., Kazanbaev L. A., Kozlov P. A. Influence of organic substances on cementation and zinc electrolysis processes. Tsvetnye Metally. 2006;(8): 24–28. Available at: https://www.elibrary.ru/item.asp?id=9245180 (In Russ., abstract in Eng.)

15. Kichigin V. I., Shein A. B. Effect of anodization on the kinetics of the hydrogen evolution on cobalt silicides in sulfuric acid solution. Kondensirovannye sredy i mezhfaznye granitsy = Condensed Matter and Interphases. 2017;19(5): 359–367. https://doi.org/10.17308/kcmf.2017.1.9/220 (In Russ., abstract in Eng.)

16. Skibina L. M., Duran Delgado O. A., Sokolenko A.I. Kinetics of electrodeposition and surface morphology of cadmium and organo-cadmium coatings containing e-caprolactan. Kondensirovannye sredy i mezhfaznye granitsy = Condensed Matter and Interphases. 2017;19(3): 430–440. Available at: https://doi.org/10.17308/kcmf.2017.1.9/220 (In Russ., abstract in Eng.)

17. Kondrashin V. Yu., Shafrova M. F. Copper dissolution in persulfate environment at cathodic potentials. Kondensirovannye sredy i mezhfaznye granitsy = Condensed Matter and Interphases. 2017;19(4): 517–522. https://doi.org/10.17308/kcmf.2017.1.9/220 (In Russ., abstract in Eng.)

18. Galyus Z. Theoretical foundations of electrochemical analysis. Moscow: Mir Publ.; 1974. 552 p. (In Russ.)

19. Alfantazi A. M. An investigation on the effects of orthophenylene diamine and sodium lignin sulfonate on zinc electrowinning from industrial electrolyte. Hydrometallurgy. 2003;69(1-3): 99–107. https://doi.org/10.1016/s0304-386x(03)00036-0

20. Kolesnikov A. V., Fominykh I. M. Parameters of electrolysis of zinc sulfate solutions. Butlerov Communications. 2017;51(8): 89–97. Available at: https://www.elibrary.ru/item.asp?id=30506058 (In Russ., abstract in Eng.)

21. Solmaz R., Kardas G., Yazici B., Erbil M. Adsorption and anticorrosive properties of 2-amino-5-mercaptop-1,3,4-thiadiazole on mild steel in hydrochloric acid media. Colloids and Surfaces A: Physicochemical and Engineering Aspects. 2008;(312): 7–17. https://doi.org/10.1016/j.colsurfa.2007.06.035

22. Kolesnikov A. V. Cathodic and anodic processes in zinc sulfate solutions in the presence of surfactants. ChemChemTech. 2016;59(1): 53–57. Available at: https://www.elibrary.ru/item.asp?id=25501669 (In Russ)

23. Minin I. V., Solovyova N. D. Kinetics of zinc electroreduction from the sulfate electrolyte in the presence of surfactant additives. Vestnik Saratovskogo tekhnicheskogo universiteta. 2013;69(1): 58–60. Available at: https://www.elibrary.ru/item.asp?id=19415711 (In Russ., abstract in Eng.)

24. Rotinyan A. L., Tikhonov K. I., Shoshina I. A. Theoretical electrochemistry. Leningrad: Khimiya Publ.; 1981. 424 p. (In Russ.)

25. Atkins P. Physical chemistry. New York: W. H. Freeman; 2002.

26. Skorcheleti V. V. Theoretical electrochemistry. Ed. 4th, rev. and add. Leningrad: Khimiya Publ; 1974. 567 p. (In Russ.)

Information about the authors

Alexander V. Kolesnikov, DSc in Chemistry, Senior Researcher, Head of the Department of Analytical and Physical Chemistry, Faculty of Chemistry, Chelyabinsk State University, Chelyabinsk, Russian Federation; e-mail: avkzinc@csu.ru. ORCID iD: https://orcid.org/0000-0002-9747-1241.

Egor I. Ageenko, Assistant, Department of Analytical and Physical Chemistry, Faculty of Chemistry, Chelyabinsk State University, Chelyabinsk, Russian Federation; e-mail: ag-40@mail.ru. ORCID iD: https://orcid.org/0000-0002-2701-9851.

Received 28.01.2021; Approved after reviewing 17.03.2021; Accepted 15.05.2021; Published online 25.06.2021.

Translated by Marina Strepetova
Edited and proofread by Simon Cox